AIR CONTENT OF SELF-CONSOLIDATING CONCRETE AND ITS MORTAR PHASE INCLUDING RICE HUSK ASH

Md. Safiuddin¹, Jeffrey S. West², Khaled A. Soudki³

Department of Civil and Environmental Engineering, Faculty of Engineering, University of Waterloo,
200 University Avenue West, Waterloo, Ontario, Canada N2L 3G1
E-mails: ¹msafiudd@engmail.uwaterloo.ca (corresponding author); ²jswest@civmail.uwaterloo.ca; ³soudki@civmail.uwaterloo.ca

Received 31 Jan. 2010; accepted 07 Oct. 2010

Abstract. This paper presents the air content results of self-consolidating concrete (SCC) and its mortar phase including rice husk ash (RHA) as a supplementary cementing material. Moreover, this paper demonstrates a simple technique to determine the dosage of air-entraining admixture (AEA) required for the target air content in SCC. Different SCC mixtures were designed based on the water/binder (W/B) ratios of 0.30–0.50 and design air content of 4–8%. RHA was incorporated in the concretes substituting 0–30% of cement by weight. The mortars were formulated from the mixture proportions of the corresponding parent concretes and tested to determine the air content at various AEA dosages. The effects of W/B ratio and RHA content on the air content of both mortar and concrete were observed. The effect of mortar volume on the air content of concrete was also noticed. Besides, the AEA dosages required for the target air contents of concrete were estimated based on the equivalent mortar air contents. Later the air-entrained SCC mixtures were produced using AEA and tested for the air content. Test results exhibit that the air contents of both mortar and concrete were significantly influenced by the W/B ratio and RHA content. The concrete air content was also greatly influenced by its mortar volume. The AEA dosage increased with lower W/B ratio, higher RHA content, and greater mortar volume for the target air contents. In addition, the actual AEA dosages were consistent with the estimated AEA dosages of the concretes. An excellent correlation was observed between the actual and estimated AEA dosages. The strong correlation suggests that the AEA dosage needed for a target air content in concrete can be determined based on the equivalent air content of its mortar phase.

Keywords: air content, air-entraining admixture, concrete, mixture proportions, mortar, rice husk ash.

1. Introduction

Self-consolidating concrete (SCC) is relatively a new development in concrete technology. It is a highly flowing concrete that spreads under self-weight to reach each and every corner of the formwork, and is consolidated without any external means such as rodding or vibration (Khayat 1999; EFNARC 2002). SCC is a good choice for many concrete structures where placement and consolidation of ordinary concrete are complicated due to intricate formwork shape and congested reinforcing bars. It requires several additional constituent materials such as supplementary cementing material (SCM) and high-range water reducer (HRWR) in addition to the basic ingredients of ordinary concrete. SCC must need HRWR to achieve the self-consolidation capacity in fresh state (Safiuddin 2008; Safiuddin et al. 2010a). It can also include SCM mainly to improve the strength and durability of concrete (Safiuddin et al. 2010b). However, both SCC and ordinary concrete must need air-entraining admixture (AEA) to obtain entrained air content for enhanced durability or extended service life in freezing and thawing environment.

Adequately high air content (4–8%) is essential to improve the durability of concrete exposed to freezing and thawing environment (ACI Committee 318 2009; Jana et al. 2005; Kosmatka et al. 2009; Persson 2003). For this, a sufficient dosage of AEA must be used in concrete. An AEA incorporates millions of non-coalescing microscopic air bubbles in fresh concrete and forms a network of air-voids in hardened concrete. The air-voids perform as pressure releasing valves to reduce the hydraulic stresses caused by the freezing water, and thus improve the durability performance of concrete in freezing and thawing environment (Chatterji 2003; Powers 1949; Sun and Scherer 2010).

Achieving the target air content in concrete is not a straight-forward task. It is more fastidious for SCC because of its highly fluid nature and complex admixture systems. Excessive fluidity may cause air-void instability problem in SCC leading to a reduction in concrete air content (Szwabowski and Łaźniewska-Piekarczyk 2009). In addition, the air bubbles may reduce the segregation resistance of SCC by affecting its yield stress and plastic viscosity (Bonen and Shah 2005; Carlsward et al. 2003; Khayat 2000). When the segregation resistance is reduced, the air content of SCC consequently can be affected due to the upward movement and escape of air bubbles. The presence of HRWR also tends to destabilize the entrained air bubbles during transport and placement of concrete.
concrete leading to a reduction in air content (Khayat and Assaad 2002; Safiuddin et al. 2006; Saucier et al. 1990). Furthermore, aggregate grading, cement composition, type and re-dosing of HRWR, mixing and placing methods, re-mixing of concrete, type and composition of SCM, cement-admixed compatibility, type of AEA and ambient temperature influence the air-entrainment and air-void stability in SCC (ACI Committee 2008; Carlsward et al. 2003; Du and Folliard 2005; Shetty 2007; Zhang and Wang 2005). For example, polycarboxylate-based HRWR induces additional air-voids in SCC by decreasing the surface tension of the liquid phase in paste (Szwabowski and Łaźniewska-Piekarczyk 2009). In contrast, RHA causes a loss of air-voids in SCC by increasing the yield stress and plastic viscosity of concrete (Safiuddin 2008; Safiuddin et al. 2006). A similar effect can be observed for other SCM. Therefore, achieving the target air content in SCC is most often problematic. A number of trial mixtures can be required to determine the AEA dosage for target air content. It may cause a significant loss of materials, labour, and construction time resulting in an uneconomical concrete production. This problem can be resolved if it is possible to estimate the AEA dosage for a target air content before concrete production.

In the present study, a number of air-entrained SCC mixtures were produced including RHA as an SCM. The effects of W/B ratio and RHA content on the air content of SCC and its mortar phase are discussed in this study. The effect of mortar volume on the concrete air content is also shown in this study. In addition, the present study demonstrates a simple technique to estimate the AEA dosage for air-entrained SCC based on the air content of its mortar phase.

2. Experimental Methods

2.1. Constituent materials

A blend of crushed and round aggregates with an equal mass was used as the coarse aggregate (CA). The fine aggregate (FA) used was natural pit sand. The aggregates had low absorption value and fines (< 75 µm) content. In addition, both fine and coarse aggregates fulfilled the ASTM C33/C33M-08 (2008) grading requirements, as can be seen from Figs 1 and 2.

Normal portland cement (C) conforming to the ASTM C150/C150M-09 (2009) specifications was used as the main cementing material. Amorphous RHA was used as an SCM. The use of RHA widened the range of AEA dosage, since it increases the AEA demand to achieve specified air content in concrete (Safiuddin et al. 2006; Zhang and Malhotra 1996). Cement and RHA together acted as the binder (B). The normal tap water (W) was used as the mixing water for preparing the mortars and concretes. In addition, a polycarboxylate-based HRWR and a synthetic AEA were used to produce the required flowing ability and air content, respectively. The major physical properties of the constituent materials are given in Table 1. Most of these properties were useful to obtain the mixture proportions of mortars and concretes.

| Material            | Properties                                      |
|---------------------|-------------------------------------------------|
| Coarse aggregate (CA) | Maximum size: 19 mm; fineness modulus: 6.78; mass passing 75-µm dry sieve: 0.8%; void content: 37%; saturated surface-dry relative density: 2.71; absorption: 1.5%; moisture content: 0.1% |
| Fine aggregate (FA)  | Maximum size: 4.75 mm; fineness modulus: 2.74; mass passing 75-µm dry sieve: 1.8%; void content: 28%; saturated surface-dry relative density: 2.62; absorption: 1.0%; moisture content: 0.1% |
| Cement (C)           | Relative density: 3.16; mass passing 45-µm wet sieve: 91.5%; mass passing 75-µm dry sieve: 99.1%; Blaine specific surface area: 412 m²/kg; autoclave expansion: 0.11% |
| Rice husk ash (RHA)  | Relative density: 2.07; Blaine specific surface area: 2326 m²/kg; accelerated Pozzolanic activity index: 122.4% |
| Water (W)            | Density: 997.28 kg/m³; total solids: 430 mg/l |
| High-range water reducer (HRWR) | Relative density: 1.07; solid content: 41% |
| Air-entraining admixture (AEA) | Relative density: 1.01; solid content: 13% |
The particle size distributions of cement and RHA are shown in Fig. 3. This figure shows that the median particle size of RHA was 6 µm whereas that of cement was 15 µm. Moreover, it can be seen from this figure that about 98% of RHA (by mass) was finer than 45 µm. The mass finer than 45 µm was around 91% in the case of cement.

![Particle size distribution of cement and RHA](image)

Fig. 3. Particle size distribution of cement and RHA

The chemical compositions of cement and RHA are given in Table 2. RHA had a mass-based silica content of 93.6%. It suggests that the RHA used was a highly reactive pozzolanic SCM, which is also obvious from the high accelerated pozzolanic activity index of 122.4% (refer to Table 1). The deleterious components of cement such as MgO, SO$_3$, and insoluble residue were below the maximum limits, as specified in ASTM C150/C150M-09 (2009). However, the equivalent alcalis of both cement and RHA were slightly higher than the maximum allowable limit of 0.6% (ASTM C150/C150M-09 2009), which was acceptable in the absence of reactive aggregates. The loss on ignition (LOI) was below the maximum permissible limit of 3% (ASTM C150/C150M-09 2009) for both cement and RHA. Also, the RHA possessed a very low carbon content of 0.15% (by mass), which had a negligible impact on the air entrainment in mortars and concretes.

2.2. Concrete mixture proportions and designations

Different types of air-entrained SCC mixtures were designed based on the optimum sand/aggregate (S/A) ratio of 0.50. The optimum S/A ratio was obtained based on the maximum bulk density of sand-coarse aggregate blends (Safiuddin 2008; Safiuddin et al. 2010a). The major design variables for the concrete mixtures were water/binder (W/B) ratio (0.30–0.50), RHA content (0–30%), and air content (4–8%). The mixture proportions (including HRWR dosages) and designations of the concretes are shown in Table 3. The concrete mixtures were designated based on the W/B ratio, RHA content, and design air content used. For example, the ‘C30R0A6’ designation was chosen for a concrete prepared with a W/B ratio of 0.30, 0% RHA content, and 6% design air content.

2.3. Mortar mixture proportions and designations

The mortars were formulated from their parent concretes. The proportions of fine aggregate (pit sand), cement, RHA, and water were determined based on the mixture proportions of the corresponding parent concretes. The mortars prepared separately had the same composition as the mortar phase of tested concretes. The dosages of HRWR were fixed at the saturation dosages. The saturation dosages of HRWR were obtained based on the flowing ability of the paste phase of mortar and concrete (Safiuddin 2008). The mixture proportions (including HRWR and AEA dosages) and designations of the mortars are given in Table 4. The mortars were designated based on the W/B ratio, RHA content, and design air content of the corresponding parent concretes. For instance, the ‘M30R0A6’ designation was selected for the mortar prepared with a W/B ratio of 0.30, 0% RHA content, and 6% design air content, as used in the corresponding parent concrete ‘C30R0A6’.

2.4. Preparation and testing of mortars

The mortars were prepared using an epicyclic revolving type small mechanical mixer. The volume of the mortars produced was 3 liters. In preparing the mortars, the fine aggregate and binding material (cement alone or with RHA) were first dry-mixed for 1 min by a stainless spoon. After that, the mixing water including the initial dosage of AEA was added into the mixer bowl and a rest period of 30 s was allowed. Then the mixer was started, the HRWR dosage was gradually added, and the wet mixing was conducted for 3 min. Later, the subsequent AEA dosage was used to vary the air content of the mortars. For each incremental AEA dosage, further mixing was conducted for 2 min. The Chace indicator test

Table 2. Chemical compositions of cement and RHA

| Chemical component | Mass content (%) | Cement | RHA |
|--------------------|------------------|--------|-----|
| Silicon dioxide or silica (SiO$_2$) | 19.7 | 93.6 |
| Aluminum oxide or alumina (Al$_2$O$_3$) | 5.1 | 0.02 |
| Iron oxide (Fe$_2$O$_3$) | 2.5 | 0.80 |
| Calcium oxide or lime (CaO) | 62.3 | 0.38 |
| Magnesium oxide or magnesia (MgO) | 3.3 | 0.34 |
| Sulfur trioxide or sulfuric anhydride (SO$_3$) | 2.9 | --- |
| Sodium oxide (Na$_2$O) | --- | 0.05 |
| Potassium oxide (K$_2$O) | --- | 1.26 |
| Equivalent alcalis (Na$_2$O + 0.658 K$_2$O) | 0.72 | 0.88 |
| Titanium oxide (TiO$_2$) | --- | 0.01 |
| Phosphorous oxide (P$_2$O$_5$) | --- | 0.58 |
| Manganese oxide (MnO) | --- | 0.14 |
| Chromium oxide (Cr$_2$O$_3$) | --- | 0.01 |
| Vanadium oxide (V$_2$O$_5$) | --- | < 0.01 |
| Free lime (CaO) | 1.1 | --- |
| Sulfur (S) | --- | < 0.01 |
| Carbon (C) | --- | 0.15 |
| Others: Loss on ignition (LOI) | 2.7 | 1.9 |
| Insoluble residue | 0.46 | --- |
2.5. Preparation and testing of fresh concretes

The fresh SCC mixtures were prepared using a revolving pan type mixer. The volume of the concretes produced was 25 liters. The dosages of HRWR were fixed based on the saturation dosages. The HRWR dosages used in most concretes were 70–80% of the saturation dosages. The dosages of AEA were decided based on the estimated AEA dosages obtained from the air content test results of the mortars. The AEA dosage was incorporated at the beginning whereas the HRWR dosage was added at the
later stage of mixing. The net mixing time for all concretes was 7 min. Immediately after the completion of mixing, the fresh concretes were tested for the air content. The ASTM C231-08 (2008) standard method was applied using a Type B air meter (refer to Fig. 5) with some exceptions for pouring and consolidation. The measuring bowl of the air meter was filled with the fresh concrete in one layer and without any consolidation. The fresh SCC mixtures were also tested for the flowing ability by a number of standard and non-standard tests to ensure that the concretes possessed sufficient self-consolidation capacity. The details of these tests are depicted in Safiuddin (2008) and Safiuddin et al. (2010a).

3. Test Results and Discussion

The mortars prepared were highly flowable. The flow spread of the mortars at HRWR saturation dosages varied in the range of 238–317 mm, which generally suggests an excellent flowing ability of SCC possessing a slump flow of 550–850 mm (Jin and Domone 2002; Safiuddin et al. 2010a; SCCEPG 2005). Indeed, the slump flow of various SCC mixtures produced in the present study differed in the range of 605–770 mm, as can be seen from Table 5. The other flow tests also exhibited the excellent flowing ability of SCC mixtures. The detailed test results for the flowing ability of mortars and concretes are reported in Safiuddin et al. (2010a, 2011). The present paper only emphasizes the air content results of various SCC mixtures and their mortar phases.

3.1. Air content of mortars

The results of the air content for different mortars are presented in Figs 6 to 9. The air content curves presented in Figs 6 to 8 are for the mortars formulated from the concretes with 6% design air content. In contrast, the air content curves shown in Fig. 9 are for the mortars formulated from the concretes with 4% and 8% design air contents. In general, the measured air content of the mortars varied from 3.7% to 19.4% for the AEA dosages used in the range of 0.5–4 ml. The air content of the mortars increased with increasing AEA dosages. This is mainly due to the formation of more air-voids from higher AEA dosage. Moreover, some additional air-voids leading to greater total air content can be produced from the previous AEA dosages with increased mixing time (Kosmatka et al. 2009; Safiuddin et al. 2006).
Table 5. AEA dosages and air content for various concrete mixtures

| Concrete type | W/B ratio | RHA content (% B) | Slump flow (mm) | AEA dosage (% B) | Air content (%) |
|---------------|-----------|-------------------|-----------------|------------------|----------------|
|               |           |                   |                 | Estimated        | Actual         | Design | Actual |
| C30R0A6       | 0.30      | 0                 | 710             | 0.030            | 0.026          | 6      | 5.7    |
| C30R15A6      | 0.30      | 15                | 735             | 0.045            | 0.047          | 6      | 5.3    |
| C35R0A6       | 0.35      | 0                 | 690             | 0.022            | 0.020          | 6      | 5.3    |
| C35R0A4       | 0.35      | 0                 | 700             | 0.015            | 0.016          | 4      | 4.3    |
| C35R0A8       | 0.35      | 0                 | 700             | 0.031            | 0.026          | 8      | 8.1    |
| C35R5A6       | 0.35      | 5                 | 700             | 0.026            | 0.025          | 6      | 5.5    |
| C35R10A6      | 0.35      | 10                | 710             | 0.030            | 0.035          | 6      | 5.1    |
| C35R15A6      | 0.35      | 15                | 720             | 0.043            | 0.045          | 6      | 5.1    |
| C35R15A4      | 0.35      | 15                | 720             | 0.023            | 0.031          | 4      | 4.2    |
| C35R15A8      | 0.35      | 15                | 720             | 0.072            | 0.072          | 8      | 8.0    |
| C35R20A6      | 0.35      | 20                | 710             | 0.051            | 0.054          | 6      | 5.0    |
| C35R20A4      | 0.35      | 20                | 690             | 0.027            | 0.036          | 4      | 4.3    |
| C35R20A8      | 0.35      | 20                | 695             | 0.078            | 0.083          | 8      | 8.6    |
| C35R25A6      | 0.35      | 25                | 740             | 0.060            | 0.070          | 6      | 5.6    |
| C35R30A6      | 0.35      | 30                | 750             | 0.070            | 0.080          | 6      | 5.2    |
| C40R0A6       | 0.40      | 0                 | 665             | 0.013            | 0.011          | 6      | 6.1    |
| C40R15A6      | 0.40      | 15                | 680             | 0.041            | 0.040          | 6      | 5.2    |
| C40R20A6      | 0.40      | 20                | 675             | 0.049            | 0.051          | 6      | 5.3    |
| C50R0A6       | 0.50      | 0                 | 605             | 0.008            | 0.006          | 6      | 5.2    |

Note: B = C + RHA

Fig. 6. Air content of various mortars (W/B = 0.30, concrete design air content = 6%)

Fig. 7. Air content of various mortars (W/B = 0.35, concrete design air content = 6%)

Fig. 8. Air content of various mortars (W/B = 0.40 and 0.50, concrete design air content = 6%)

Fig. 9. Air content of various mortars (W/B = 0.35, concrete design air content = 4% and 8%)
The mortar air content curves shown in Figs 6 to 8 shifted to the downward direction with lower W/B ratio (higher binder content) and greater RHA content, indicating a decrease in air content. The effects of W/B ratio and RHA content on the air content of mortars are more evident from Figs 10 and 11, respectively.

Moreover, the estimated yield stress of concrete increased with lower W/B ratio and higher RHA content (Safiuddin et al. 2010a). The same effect (increase in yield stress) is also expected for mortar, since the rheological behaviors of mortar and concrete are similar (Banfill 1994). The increased yield stress suggests a loss of air-voids (Carlsward et al. 2003; Chidiac et al. 2003) from mortar, as the air-voids offset the forces of attraction between the solid particles in suspension. Furthermore, the increase in the plastic viscosity of mortar was denoted by the flowing ability (flow time) results of the paste phase of mortar or concrete. The details of these results are given in Safiuddin et al. (2010a). The flow time is strongly correlated with the plastic viscosity by a direct linear relationship (Safiuddin et al. 2010a; Schwartzentruber et al. 2006). The plastic viscosity is another fundamental rheological property of cement-based materials behaving as a Bingham fluid (Chidiac and Habibbeigi 2005). Owing to the direct relationship, the greater the plastic viscosity, the higher is the flow time. Thus, the increased flow times of the paste and concrete reported in Safiuddin et al. (2010a) indicated a greater plastic viscosity of mortar. The estimated plastic viscosity of concrete shown in Safiuddin et al. (2010a) also suggested that the mortar plastic viscosity increased with lower W/B ratio and higher RHA content. The increased plastic viscosity caused to decrease the air content of mortar. This is because the increased plastic viscosity tends to collapse some of the air-voids with higher internal pressure (Khayat and Assaad 2002). The collapsed air-voids can easily go out of the mortar at a high consistency maintained in the presence of HRWR. Besides, the increased RHA content required higher dosages of HRWR. The HRWR molecules impede the attachment of entrained air-voids onto the binding materials by reducing the attachment sites (Khayat and Assaad 2002). On the whole, the mortar air content decreased with lower W/B ratio and higher RHA content. This finding implies that the aeration problem of polycarboxylate-based HRWR was minimized in the present study. This is due to the combined effect of increased flowing ability, presence of RHA, and cement-admixture compatibility.

The mortar air content curves shown in Fig. 9 reveal that the air content of M35R0A4, M35R15A4 and M35R20A4 was lower than that of M35R0A8, M35R15A8 and M35R20A8, respectively, for given W/B ratio, RHA content, and AEA dosage. This is mostly due to the greater sand (fine aggregate) content of mortar. The sand content of M35R0A4, M35R15A4 and M35R20A4 was higher than that of M35R0A8, M35R15A8 and M35R20A8, as can be seen from Table 4. The higher sand content increases the yield stress and plastic viscosity of mortar due to confinement of some mixing water and enhanced interaction of sand particles, and thus destroys certain amount of the air-voids (Banfill 1994; Safiuddin 2008).

### 3.2. Estimated AEA dosages of concretes

The AEA dosages required to produce the target air content in concretes were estimated based on the air content...
results of the mortars. For this, the entrained concrete air content (design air content - entrapped air content) was converted into the equivalent mortar air content. Eq. (1) was used to determine the equivalent air content of the mortar phase (ASTM C231-08 2008):

\[ A_{me} = \frac{100 A_c V_c}{100 V_m + A_c (V_c - V_m)}, \]

where: \( A_{me} \) – equivalent air content of mortar (%); \( A_c \) – entrained air content of concrete (%); \( V_c \) – air-free absolute volume of concrete (m\(^3\)); \( V_m \) – air-free absolute volume of the mortar phase of concrete (m\(^3\)).

The AEA dosages needed for the equivalent mortar air contents were calculated using the air content curves presented in Figs 6–9. These AEA dosages are applicable for the pure mortars, which were prepared separately instead of taking from the concrete mixtures. Hence, they were corrected by multiplying with the actual air-free volume fraction of the mortar present in concrete. Eq. (2) was applied to estimate the AEA dosages for the concretes. The estimated AEA dosages of different concretes are given in Table 5.

\[ D_{ce} = \frac{D_{me} R_d}{1000 B} \times \phi_{mc} \times 100, \]

where: \( B \) – binder content of mortar (kg); \( D_{ce} \) – estimated AEA dosage for the specified air content of concrete (% B); \( D_{me} \) – dosage of AEA for the equivalent air content of mortar (ml); \( R_d \) – relative density of AEA; \( \phi_{mc} \) – mortar volume fraction of concrete (m\(^3\)/m\(^3\)).

3.3. Actual AEA dosages and air contents of concretes

The actual AEA dosages used and the actual (measured) air content for various SCC mixtures are shown in Table 5. The actual air contents were within ±1.0% of the design air content. This variation is acceptable, as the maximum acceptable tolerance for air content measurement can be in the range of ±1.5% (ACI Committee 201 2008). However, the air content of SCC was prone to decrease with lower W/B ratio and higher RHA content. Also, the aeration effect of polycarboxylate-based HRWR was not pronounced in SCC mixtures, as understood based on the results of concrete air content test. Hence, the concrete with lower W/B ratio and higher RHA content needed a greater AEA dosage, as evident from Table 5. The reasons are the same as discussed in the case of mortar air content. In addition, the mortar volume influenced the air content of concrete. Depending on the W/B ratio and design air content, the increased mortar volume caused to decrease the air content of concrete due to the similar reasons as discussed in section 3.1. Therefore, more AEA dosage was required to achieve the target air content in concrete, as can be seen from Fig. 12.

3.4. Correlation of estimated and actual AEA dosages

The correlation between the actual and estimated AEA dosages of SCC was established. An excellent correlation (Fig. 13) between the estimated and actual AEA dosages was obtained for SCC despite its critical nature for air-void stability. The relationship was linear with a correlation coefficient of 0.967, as can be seen from Fig. 13. Some variations between the estimated and actual AEA dosages were detected possibly due to the differences in ambient environment, batch volume, mixture composition, mixing time, and type of mixer that occurred from mortar to concrete. However, the observed correlation suggests that the AEA dosage required for an air-entrained SCC can be determined based on the air content of its mortar phase. A similar correlation is also expected for the other types of concrete. This is because the concept of equivalent mortar air content can be applied to other concretes. Besides, achieving such correlation for a concrete other than SCC can be much easier due to the reduced risk of air-void instability.

4. Research Significance

The present study reports the air content results of various SCC mixtures and their mortar phases including RHA, and demonstrates a simple technique to estimate the AEA dosage for the target air content in concrete. The technique presented in this study will minimize the volume of
experimental work to determine the AEA dosage for concrete. It will be cost-effective due to the minimum number of concrete trial mixtures, thus reducing the loss of materials and labor. In addition, the apparatus (Chace indicator) needed for this technique is less expensive than other air content measuring equipment such as air void analyzer (Baekmark et al. 1994; Lane 2006; Zhang and Wang 2005). The demonstrated test method is also very fast because of simplicity. The entire test can be conducted by less than 10 min. Also, the same mortar batch can be used with additional AEA dosage if needed. The quick and simple procedure can allow repeating the test without any significant loss of air-voids. This will accelerate the process of determining the AEA dosage for the target air content in concrete.

5. Conclusions

The following conclusions can be drawn from the results of the present study dealing with the air content of SCC and its mortar phase:

a. The air content of the mortars increased with the increase in AEA dosage due to the formation of more air-voids, and decreased with lower W/B ratio and higher RHA content because of the increases in binder content, binder surface area, and HRWR dosage.

b. The air content of the mortars for given W/B ratio, RHA content, and AEA dosage decreased with increased sand content due to the water confinement and greater interaction of sand particles.

c. The air content of the mortars facilitated to estimate the required AEA dosages for various SCC mixtures based on the concept of equivalent mortar air content.

d. The measured concrete air contents were within ±1.0% of the design concrete air contents. The AEA dosages for achieving a target concrete air content increased with lower W/B ratio and greater RHA content due to the increases in binder content and surface area, and HRWR dosage.

e. The estimated and actual AEA dosages for different SCC mixtures were strongly correlated. Hence, the AEA dosage needed for the target air content of SCC can be determined from the AEA dosage for the equivalent air content of its mortar phase.

f. The technique demonstrated for determining the AEA dosage of SCC can also be applied to the other types of concrete when the concept of equivalent mortar air content is valid.

g. The technique presented for deciding the AEA dosage of concrete is quick and simple. It is also cost-effective due to the minimum loss of materials and labor.

Acknowledgements

The authors express sincere gratitude to BASF Construction Chemicals Canada Ltd. and Renewable Energy Generation Inc. for supplying chemical admixtures and rice husk ash, respectively. The authors are also grateful to Lafarge North America Inc. for the supply of cement.

References

AASHTO T 199. 2008. Air content of freshly mixed concrete by the Chace indicator. Standard Specifications for Transportation Materials and Methods of Sampling and Testing, Part II. Washington D.C., USA: American Association of State Highway and Transportation Officials (AASHTO). CD-ROM.

ACI Committee 201. 2008. Guide to durable concrete (ACI 201.2R-08). ACI Manual of Concrete Practice. Part 1. Michigan, USA: American Concrete Institute (ACI). 49 p.

ACI Committee 318. 2009. Building code requirements for structural concrete and commentary (ACI 318-09). ACI Manual of Concrete Practice. Part 3. Michigan, USA: American Concrete Institute (ACI). 58 p.

ASTM C33/C33M-08 Standard specification for concrete aggregates. Annual Book of ASTM Standards, Vol.04.02. American Society for Testing and Materials. Philadelphia, USA, 2008. 11 p.

ASTM C150/C150M-09 Standard specification for Portland cement. Annual Book of ASTM Standards, Vol.04.01. American Society for Testing and Materials. Philadelphia, USA, 2009. 10 p.

ASTM C231-08 Standard test method for air content of freshly mixed concrete by pressure method. Annual Book of ASTM Standards, Vol.04.02. American Society for Testing and Materials (ASTM). Philadelphia, USA, 2008. 10 p.

Baekmark, K.; Hansen, H.; Reichert, J. 1994. Stabilized air void system in superplasticized concrete, in Proc. of Y. Mohan Mallhotra Symposium, March, 1994, ACI SP-144. Michigan, USA: American Concrete Institute (ACI), 177–190.

Banfill, P. F. G. 1994. Rheological methods for assessing the flow properties of mortar and related materials, Construction and Building Materials 8(1): 43–50. doi:10.1016/0950-0618(94)90007-8

Bonen, D.; Shah, S. P. 2005. Fresh and hardened properties of self-consolidating concrete, Progress in Structural Engineering and Materials 7(1): 14–26. doi:10.1002/psc.186

Carlsward, J.; Emborg, M.; Utsi, S.; Oberg, P. 2003. Effects of constituents on the workability and rheology of self-compacting concrete, in Proc. of the Third RILEM International Symposium on Self-compactting Concrete, Reykjavik, Iceland, 17–20 August, 2003. Ed. by O. Wallevei and I. Niclsson, Bagney, France: International Union of Laboratories and Experts in Construction Materials, Systems, and Structures (RILEM), 23–31.

Chatterji, S. 2003. Freezing of air-entrained cement-based materials and specific actions of air-entraining agents, Cement and Concrete Composites 25(7): 759–765. doi:10.1016/S0958-9465(02)00099-9

Chidiae, S. E.; Habibbeigi, F. 2005. Modelling the rheological behavior of fresh concrete: an elasto-viscoplastic finite element approach, Computers and Concrete 2(2): 97–110.

Chidiae, S. E.; Maadani, O.; Razagpur, A. G.; Mailvaganam, N. P. 2003. Correlation of rheological properties to durability and strength of hardened concrete, Journal of Materials in Civil Engineering ASCE 15(4): 391–399. doi:10.1061/(ASCE)0899-1561(2003)15:4(391)
Du, L.; Folliard, K. J. 2005. Mechanisms of air entrainment in concrete, *Cement and Concrete Research* 35(8): 1463–1471. doi:10.1016/j.cemconres.2004.07.026

EFNARC. 2002. *Specifications and Guidelines for Self-consolidating Concrete*. Surrey, UK: European Federation of Suppliers of Specialist Construction Chemicals (EFNARC). 32 p.

Jana, D.; Erlin, B.; Pistilli, M. F. 2005. A closer look at entrained air in concrete, *Concrete International* 27(7): 31–34.

Jin, J.; Domone, P. L. 2002. Relationships between the fresh properties of SCC and its mortar component, in Proc. of the 1st North American Conference on the Design and Use of Self-consolidating Concrete, Illinois, USA, 12–13 November, 2002. USA: Hanley-Wood, LLC, 37–42.

Khayat, K. H. 1999. Workability, testing, and performance of self-consolidating concrete, *ACI Materials Journal* 96(3): 346–353.

Khayat, K. H. 2000. Optimization and performance of air-entrained, self-consolidating concrete, *ACI Materials Journal* 97(5): 526–535.

Khayat, K. H.; Assaad, J. 2002. Air-void stability in self-consolidating concrete, *ACI Materials Journal* 99(4): 408–416.

Kosmatka, S. H.; Kerkhoff, B.; Panarese, W. C. 2009. *Design and Control of Concrete Mixtures*. 14th ed. Ottawa, Canada: Cement Association of Canada. 358 p.

Lane, D. S. 2006. *Laboratory Investigation of Air Void Systems Produced by Air-Entaining Admixtures in Fresh and Hardened Mortars*. Report No. VTRC 06-R27, Richmond, Virginia: Virginia Transportation Research Council (VTRC). 15 p.

Murata, J. 1984. Flow and deformation of fresh concrete, *Materials and Structures* 17(2): 117–129.

Persson, B. 2003. Internal frost resistance and salt frost scaling of self-compacting concrete, *Cement and Concrete Research* 33(3): 373–379. doi:10.1016/S0008-8846(02)00968-7

Powers, T. C. 1949. The air requirement of frost-resistant concrete, in *Proc. of Highway Research Board*, Vol. 29. Washington D.C., USA: Transportation Research Board (TRB), National Academy of Sciences, 184–202.

Safiuddin, Md. 2008. *Development of Self-consolidating High Performance Concrete Incorporating Rice Husk Ash*. Ph.D. Thesis. Waterloo, Ontario, Canada: University of Waterloo. 359 p.

Safiuddin, Md.; FitzGerald, G. R.; West, J. S.; Soudki, K. A. 2006. Air-void stability in fresh self-consolidating high performance concretes incorporating rice husk ash, in Proc. of the International Conference on Advances in Engineering Structures, Mechanics and Construction. The Netherlands: Springer, 129–138. doi:10.1007/1-4020-4891_2

Safiuddin, Md.; West, J. S.; Soudki, K. A. 2010a. Flowing ability of self-consolidating concrete and its paste and mortar components incorporating rice husk ash, *Canadian Journal of Civil Engineering* 37(3): 401–412. doi:10.1139/L09-155

Safiuddin, Md.; West, J. S.; Soudki, K. A. 2010b. Hardened properties of self-consolidating high performance concrete including rice husk ash, *Cement and Concrete Composites* 32(9): 708–717. doi:10.1016/j.cemconcomp.2010.07.006

Safiuddin Md.; West, J. S.; Soudki, K. A. 2011. Flowing ability of the mortars formulated from self-compacting concretes incorporating rice husk ash, *Construction and Building Materials* 25(2): 973–978. doi:10.1016/j.conbuildmat.2010.06.084

Saucier, F.; Pigeon, M.; Plante, M. 1990. Air-void stability, part III: field tests of superplasticized concretes. *ACI Materials Journal* 87(1): 3–11.

SCCEPG. 2005. *The European Guidelines for Self-compacting Concrete: Specification, Production and Use*. West Midlands, UK: Self-compacting Concrete European Project Group (SCCEPG), The European Federation of Concrete Admixtures Associations (EFCA). 63 p.

Schwartzentruber, L. D.; Le Roy, R.; Cordin, J. 2006. Rheological behaviour of fresh cement pastes formulated from a self-compacting concrete (SCC), *Cement and Concrete Research* 36(7): 1203–1213. doi:10.1016/j.cemconres.2004.10.036

Shetty, M. S. 2007. *Concrete Technology: Theory and Practice*. New Delhi, India: S Chand & Company Limited. 638 p.

Sun, Z.; Scherer, G. W. 2010. Effect of air-voids on salt scaling and internal freezing. *Cement and Concrete Research* 40(2): 260–270. doi:10.1016/j.cemconres.2009.09.027

Szwabowski, J.; Łaźniewska-Piekarczyk, B. 2009. *Air-entrainment problem in self-compacting concrete*. *Journal of Civil Engineering and Management* 15(2): 137–147. doi:10.3846/jcem.2009.09.15.137-147

Zhang, M.–H.; Malhotra, V. M. 1996. High-performance concrete incorporating rice husk ash as a supplementary cementing material, *ACI Materials Journal* 93(6): 629–636.

Zhang, S.; Wang, K. 2005. Effects of materials and mixing procedures on air-void characteristics of fresh concrete, in Proc. of the 2005 Mid-Continent Transportation Research Symposium, August 2005. Ames, Iowa: Iowa State University, 1–15.

---

**ORO KIEKIS SAVITANKIAME BETONE IR JO SKIEDINIO DALYJE SU RYŽIŲ LUKŠTŲ PELENAIS**

Md. Safiuddin, J. S. West, K. A. Soudki

**Santrauka**

Straipsnyje pateikiami oro kiekiu nustatymo savitankiame betone (SCC) ir jo skiedinio dalyje su ryžių lukštų pelenais (RHA), naudojamais kaip papildoma cementavimo medžiaga, rezultatai. Be to, pateikiamas paprastas būdas parinkti oro kiekių SCC, susikerta su skitingumais RHA peleliams. Vėliau SCC mišiniai su oru įsiurbiamu priedu buvo pagaminti naudojant AEA ir išbandytas juose esantis oro kiekius. Tyrimų rezultatai rodo, kad tiek skiediniai, tiek betono oro kiekiai labai veikia SCC ir RHA kiekiui. Oreo kiekių iliustracijos betone taip pat atrodo skirtingos nuo SCC. Mažėjant W/B santykiui, didėjant ryžių lukštų pelenų kiekiui ir skiedinio tūriui AEA dozė turi būti didinta norimam oro kiekiui pasiekti. Taip pat faktinės AEA dozės RHA kiekiui ir skiedinio tūriui AEA dozė turi būti didinta norimam oro kiekiui pasiekti.
atitiko suskaičiuotas betonų AEA dozes. Tarp faktinių ir suskaičiuotų AEA dozių gauta labai gera koreliacija. Ji rodo, kad AEA dozę, reikalingą numatytiąm oro kiekiui betone pasiekti, galima skaičiuoti pagal ekvivalentinį oro kiekį šio betono skiedinio dalyje.

Reikšminiai žodžiai: oro kiekis, orą įsiurbiantis priedas, betonas, mišinio sudėtis, skiedinys, ryžių lukštų pelenai.

Md. SAFIUDDIN. Post-doctoral Fellow in the Department of Civil and Environmental Engineering at the University of Waterloo, Ontario, Canada. He is a member of American Society of Civil Engineers, American Concrete Institute, and Bangladesh Environmental Network. Also, he is a lifetime fellow of the Institution of Engineers, Bangladesh. His research interests include concrete constituent materials, lightweight concrete, high strength and high performance concretes, self-consolidating concrete, green concrete and rehabilitation of concrete structures.

Jeffrey S. WEST. Associate Professor in the Department of Civil and Environmental Engineering at the University of Waterloo, Ontario, Canada. His research interests include cement-based materials, sustainability of concrete construction, composite bridges, and assessment and repair of existing structures. Dr. West is the chair of American Concrete Institute (ACI) Committee 224 (Cracking), and a member of ACI Committees 130 (Sustainability), 222 (Corrosion of Metals) and 437 (Strength Evaluation of Existing Structures).

Khaled A. SOUDKI. Professor and the Canada Research Chair (Innovative Structural Rehabilitation) in the Department of Civil and Environmental Engineering at the University of Waterloo, Ontario, Canada. His research interests include corrosion, durability performance of advanced materials, structural health monitoring, and rehabilitation of concrete structures using FRP composites. He is a member of American Concrete Institute (ACI) Committees 440 (FRP Reinforcement), 222 (Corrosion of Metals) and 546 (Repair).